# Tow ards a quantitative phase- eld m odel of tw o-phase solidi cation 

R. Folchil and M. P lapp<br>Laboratoire de Physique de la M atiere C ondensee, CNRS/Ecole Polytechnique, 91128 Palaiseau, France


#### Abstract

W e construct a di use-interface m odel of tw o-phase solidi cation that quantitatively reproduces the classic free boundary problem on solid-liquid interfaces in the thin-interface lim it. C onvergence tests and com parisons w ith boundary integral sim ulations of eutectic grow th show good accuracy for steady-state lam ellae, but the results for lim it cycles depend on the interface thickness through the trijunction behavior. $T$ his raises the fundam ental issue of di use $m$ ultiple-junction dynam ics.


PACS num bers: $64.70 \mathrm{D} v, 81.30 \mathrm{Fb}, 05.70 \mathrm{Ln}$

C om plex m icrostructures that arise during alloy solidi cation are a classical exam ple of pattem form ation [1] $\left[_{1}^{11}\right.$ and in uence the m echanical properties of the nished $m$ aterial $\overline{\underline{1}} \mathbf{1} / \mathrm{l}$. A long-standing challenge is to understand the pattem selection starting from the basic ingredients: bulk transport, solute and heat rejection on the solidi cation front, and the front's local response. Sim ple as it $m$ ay seem, this free boundary problem (FBP) accurately describes $m$ any experim ental features, but has few analytic solutions, so that num ericalm odeling is m andatory.

T he phase- eld m ethod $\overline{[ } \overline{1} 1]$ has becom e the $m$ ethod of choige for sim ulating solidi cation fronts $[\overline{4} 1]$, and $m$ ore generally for tackling FBPs and interfacial pattem form ation phenom ena, e.g. in m aterials science [5్1] ${ }_{1}^{1}$ ] and uid ow $\left.\overline{6}_{[6}^{1}\right]$. Its $m$ ain advantage (essential in three di$m$ ensions) is that it circum vents front tracking by using phase elds to locate the fronts. These elds interpolate betw een di erent constant values in each bulk phase through interfacial regions of thickness $W$. T he m odel is then required to reproduce the FBP in the shanpinterface lim it, in which the extra length scale $W$ vanishes.

In practice, sim ulations have to resolve the variation of the phase elds through the interfaces, so that $W$ m ust stay nite. Their results generally depend on the ratio $W=$ ', where ' is a relevant length scale of the FBP.Explicit corrections to the originalFBP to rst order in $W=$ ' have been calculated by a so-called thin-interface analysis in a few cases, and som e canceled out com plete cancellation, achieved for single-phase solidi -
 $W=$ 'for som e nite value of $W$. The correct FBP is then reproduced already at that value, m uch larger than the thickness of real interfaces, enabling quantitative contact in three dim ensions betw een sim ulations, theory, and experim ents in reasonable sim ulation tim es [1] $\left.{ }^{-1}\right]$.

H ere, w e extend these advances to tw o-phase solidi cation, which already inchudes the m ost w idespread solidi cation m icrostructures after dendrites: eutectic com posites. T hey consist of altemate lam ellae of two solids ( and ) or of rods of one solid em bedded in the other, grow ing from a $m$ elt $L$ near a eutectic point, where all three phases coexist at equilibrium . T he intenplay be-
tw een capillarity and di usive bulk transportbetw een adjacent solid phases can give rise to $m$ ore com plex pattems and nonlinear phenom ena such as bifurcations, lim it cycles, solitary w aves, and spatiotem poral chaos [1] [1].

A two-phase solidi cation front consists of (i) solidliquid interfaces and (ii) trijunction points w here all three phases m eet. O ur strategy is to construct a phase- eld m odel that allow s us to analyze the thin-interface behavior of (i) separately from (ii). W e quantitatively reproduce the correct FBP on (i); (ii) satisfy Y oung's law at equilibrium . W e test convergence in $W=$ ' for lam ellar eutectic grow th at experim entally relevant param eters, and com pare our results to boundary integral (B I) [12] sim ulations and other phase- eld m odels. For steady states, we achieve good agreem ent w ith the B I and a drastically im proved, fast convergence com pared to previous m odels. In contrast, convergence is slow for lim it cycles, due to a trijunction behavior a ecting the overall dynam ics.

W e use one phase eld $p_{i}$ to indicate presence ( $p_{i}=1$ ) or absence $\left(p_{i}=0\right)$ ofeach phase $i=; \quad ; L$ in the spirit of volum e fractions [13] $[1]$ w hich requires

$$
\begin{equation*}
\mathrm{p}+\mathrm{p}+\mathrm{p}_{\mathrm{L}}=1: \tag{1}
\end{equation*}
$$

T he phase elds evolve in tim e to $m$ inim ize a free energy functionalF of $p$ ( $p ; p ; p_{L}$ ), the solute concentration, and tem perature,

$$
\begin{equation*}
\frac{@ p_{i}}{@ t}=\frac{1}{(Q)} \frac{F}{p_{i} p+p+p_{L}=1} 8 i ; \tag{2}
\end{equation*}
$$

where ( $\odot$ ) is a phase-dependent relaxation tim e. This classicalproblem ofm inim izing a functional sub ject to a constraint is treated by the $m$ ethod of Lagrange m ulti$\mathrm{pliens} ;(\mathrm{F}=\mathrm{Q}) \dot{\mathrm{D}}+\mathrm{p}+\mathrm{p}_{\mathrm{L}}=1=\mathrm{F}=\mathrm{Q} \quad(1=3)$; $\mathrm{F}=\mathrm{P}$ for three phases, w here the functional derivatives on the rh.s. are now taken as if all $p_{i}$ w ere independent.

To distinguish betw een phases, earlier phase- eld models of tw o-phase solidi cation used either the usualsolid \{ liquid phase eld and the local concentration [14.1 or introduced a second, \{ phase eld $\left.\overline{[1}_{1}^{1} \overline{5_{n}^{1}}\right]$. A cross a solid \{ liquid interface, both elds m ust vary, so that their dynam ics are coupled, which com plicates a thin-interface analysis. The sam $e$ is true for a generic choice of $F$ in

Eq. $\overline{\text { (2, }}$ ). H ow ever, if on an $i\{j$ interface we can assure that the third phase eld $p_{k}$ is exactly zero, $p_{i}$ or $p_{j}$ can be elim inated using Eq. (11), so that the interface can be described in term s of a single independent variable. T his w as recently achieved using a free energy w ith cusp-like m inim a [1] [], but no thin-interface analysis is available for that $m$ odel. $W$ e also achieve absence of the third phase, but using a sm ooth free energy, by requiring $p_{k}=0$ to be a stable solution for $p_{k}$ of Eq . (Z) for each $i\{j$ interface:

$$
\begin{array}{ll}
\frac{F}{p_{k}} p+p+p_{L}=1 ; p_{k}=0 & =08 k \\
\frac{{ }^{2} F}{p_{k}^{2}} p+p+p_{L}=1 ; p_{k}=0 & >08 k: \tag{3b}
\end{array}
$$

The advantage is that the sim plest choice for $F$ yields a $m$ odel that tums out to coincide $w$ ith the quantitative m odel of Ref. $\left[\frac{1}{9}\right]$ on those $i\{j$ interfaces.

To construct our free energy, we split it into parts,

$$
\begin{equation*}
F=f_{V} f_{\text {grad }}+f_{T W}+{ }^{\sim} f_{C}: \tag{4}
\end{equation*}
$$

The rst is a free energy penalty

$$
\begin{equation*}
f_{\text {grad }}={\frac{W^{2} X}{2}}_{i}^{\tilde{r} p_{i}^{2}} \tag{5}
\end{equation*}
$$

for the gradients of the phase elds that provides the interface thickness $W$. T he next is a triple-w ellpotential

$$
\begin{equation*}
f_{T W}={ }_{i}^{X} p_{i}^{2}\left(1 \quad p_{i}\right)^{2} \tag{6}
\end{equation*}
$$

that generates the basic \landscape": one well per pure phase and \valleys" w ith doublew ell pro les along each $p_{k}=0$ cut, separated by a potential barrier on trijunctions $p=p=p_{L}=1=3$. The last part has a strength ~ (a constant that controls convergence) and couples the phase elds $p_{i}$ to the tem perature $T$ and the solute concentration $C$ through $C(C) \quad\left(C \quad C_{E}\right)=C$, where $C \quad C \quad C, C$ and $C$ are the lim its of the eutectic plateau, and ( $\mathrm{C}_{\mathrm{E}} ; \mathrm{T}_{\mathrm{E}}$ ) is the eutectic point,

$$
\left.f_{c}={ }_{i}^{X} g_{i}(\Theta) B_{i}(T) \quad A_{i}(T)\right] ;
$$

where we have jintroduced the chem ical-potentiallike variable $\quad c \quad{ }_{i} A_{i}(T) h_{i}$, and $g_{i}(\rho)$ and $h_{i}(\rho)$ (given below ) interpolate betw een 0 for $p_{i}=0$ and 1 for $p_{i}=1$.
$T$ he term $f_{c}$ drives the system out of equilibrium by unbalancing the pure phase free energies: Each well i is shifted by an am ount $B_{i} \quad A_{i}$. The equilibrium value
$={ }_{e q}^{i j}=\left(\begin{array}{lll}B_{j} & B_{i}\end{array}\right)=\left(\begin{array}{ll}A_{j} & A_{i}\end{array}\right)$ gives equal shifts and hence restores the balance between phases $i$ and $j$; from the de nition of, we obtain $C_{i}^{i j}=A_{i}+{ }_{e q}^{i j}$ for the
concentration in phase i coexisting $w$ ith phase j. A eutectic phase diagram w ith constant concentration gaps and straight liquidus and solidus lines is generated by $A_{i}=C_{i} \quad C\left(C_{i}\right)$ and $B_{i}=C_{i}\left(T \quad T_{E}\right)=\left(m_{i} C\right)$, with $m{ }_{i}$ the (signed) liquidus slopes, $i=$;.$N$ on-constant concentration gaps and peritectic phase diagram s can also be treated. W thout loss of generality, $\mathrm{A}_{\mathrm{L}}=\mathrm{B}_{\mathrm{L}}=0$.

In order for $={ }_{e q}^{i j}$ to keep the balance all across the i\{ $j$ interface as $p_{i}$ goes from 0 to 1 , we require

$$
\begin{equation*}
g_{i}\left(p_{i} ; p_{j} ; 0\right)=1 \quad g_{i}\left(p_{j} ; p_{i} ; 0\right) 8 i: \tag{8}
\end{equation*}
$$

 The simplest choice satisfying also Eq. (3à) is $g_{i}{ }^{-}=$ $p_{i}^{2} f 15\left(1 \quad p_{i}\right)\left[1+p_{i} \quad\left(p_{k} \quad p_{j}\right)^{2}\right]+p_{i}\left(9 p_{i}^{2} \quad \overline{5}\right) g=4$.

The evolution of is obtained from its de nition and m ass conservation, $@_{\mathrm{t}} \mathrm{C}+\tilde{\mathrm{r}} \mathcal{J}=0, \mathcal{J}=\mathrm{D} \mathrm{p}_{\mathrm{L}} \tilde{\mathrm{r}}+\mathcal{J}_{\mathrm{AT}}$ :

$$
\begin{equation*}
\frac{@}{@ t}=D \tilde{r} \quad p_{L} \tilde{r} \quad X \quad A_{i} \frac{@ h_{i}}{@ t} \quad \tilde{r} \quad J_{A T} ; \tag{9}
\end{equation*}
$$

where $D p_{\mathrm{L}} \tilde{r}$ is the usualdi usion current, w ith a diffusivity that varies from $D$ in the liquid to 0 in the solid (one-sided model), and $\mathcal{J}_{\mathrm{At}}$ is an extension of the antitrapping current introduced in $[\underline{\underline{9}}]$ that counterbalances spurious solute trapping,
where $\hat{n}_{i}=\quad \tilde{r} p_{i}=j \tilde{r} p_{i} j$ are unit vectors norm al to $i\{L$ interfaces, and $\hat{n}_{i}$ fi prevents solute exchange betw een the two solids. The $m$ odel is not variational, because of the term $\mathcal{J}_{\text {AT }}$ and because $@ f_{C}=@ c$, but enables us to use $h_{i}=p_{i}$, which allow s for a coarser discretization $\left.\overline{[F}_{1}^{1}\right]$.

O urm odel $\mathbb{E}$ qs. $(\underline{2})$ and $(\underline{\underline{9}} \overline{1})]$ has stable interface solutions connecting tw o coexisting phases $i$ and $j:={ }_{\text {eq }}^{i j}$, $p_{i}=1 \quad p_{j}=f 1 \quad \tanh \left[r=\left(W^{p} \overline{2}\right)\right] g=2$ (w th $r$ the distance to the interface), $p_{k}=0$. Since these solutions are identical for all i-j pairs, so are the i-j surface tensions. U nequal surfage tensions can be obtained by adding new term $s$ in Eq. $(\underline{4})$ that shift the $i\{j$ free energy barriers.

Rem arkably, on solid \{liquid (i\{L) interfaces, assum ing a weak dependence of the $A_{i}, B_{i}$ on $T$, and $(\rho)={ }_{i}$, the change of variables $i=p_{i} \quad p_{L}, u=\binom{$ iL }{ eq }$=A_{i} m a p s$ Eqs. ( $\overline{2})$ and $(\underline{q})$ to the quantitative $m$ odelw ith constant concentration gap in $[\underline{\underline{o}}]$, up to num erical prefactors. T he thin-interface lim it can hence be deduced by inspection and yields the classic FBP on $i\left\{\begin{array}{l}\text { interfaces, }\end{array}\right.$

$$
\begin{align*}
\mathrm{C}_{\mathrm{t}} \mathrm{C} & =\mathrm{Dr}{ }^{2} \mathrm{C} ;  \tag{11a}\\
\mathrm{D} \hat{\mathrm{n}}_{\mathrm{i}} \tilde{\mathrm{r}} \mathrm{C} & =\mathrm{V}_{\mathrm{n}}\left(\mathrm{c}_{\mathrm{i}}^{\mathrm{iL}} \quad \mathrm{C}_{\mathrm{L}}^{\mathrm{iL}}\right) ;  \tag{11b}\\
\mathrm{c} & =\frac{\mathrm{T} \quad \mathrm{~T}_{\mathrm{E}}}{\mathrm{~m}_{\mathrm{i}} j \mathrm{C}}+\mathrm{d}_{\mathrm{i}}+{ }_{i} \mathrm{~V}_{\mathrm{n}} \tag{11c}
\end{align*}
$$

where Eq. ( $11{ }^{-1}$ ) holds in the liquid and the others are boundary conditions on the interface that has norm al
velocity $v_{n}$ and curvature ; them inus (plus) refers to $i=$ ( ), and the capillary lengths $\mathrm{d}_{\mathrm{i}}$ and kinetic coe cients i read in term s of our m odel param eters

$$
\begin{align*}
d_{i} & =a_{1} \frac{W}{\left\langle A_{i} \mathcal{J}^{2}\right.} ;  \tag{12}\\
i & =a_{1} \frac{i}{\left\langle A_{i} J^{2} W\right.} \quad a_{2} \frac{\overbrace{i} \ddagger W}{D} ; \tag{13}
\end{align*}
$$

w ith $\mathrm{a}_{1}=\mathrm{P}_{2}=3$ and $\mathrm{a}_{2}=1: 175$. T he constant $\sim / W=\mathrm{d}_{\mathrm{i}}$ in Eqs. (4, $1,\left(\begin{array}{l}1 \\ 1\end{array}\right.$ originalFBP. A ny set of $i$ can be treated w ith suitable ${ }_{i}$. W e consider here $=\quad=0$, which is achieved with $i=a_{2} A_{i}^{2} W^{2}=D . T$ he dierent $i$ for $A \Leftrightarrow A$ (e.g. di erent concentration gaps) are interpolated by $(\rho)=$ $+(1=2)(\quad)(p \quad p)=(p+p), \quad(p+p=0)=$, w ith $=(+\quad)=2$.

W e test our m odel in directional solidi cation w th $T=T_{E}+G(z \quad V t)$, where $G>0$ is the them algradient and $V>0$, the pulling speed, both directed along the $z$ axis. H alf a eutectic lam ellae pair oftotalw idth is sim ulated in two dim ensions ( $x$ and $z$ ) w ith no- ux boundary conditions in the $m$ idline of each lam ella, using a nitedi erence Euler schem $e w$ th a grid spacing $x=0: 8 \mathrm{~W}$ (coarser far into the liquid to im prove e ciency). We adopt $l_{\square}=d=51200$ and $l_{F}=l_{D}=4$, where $l_{b} \quad D=V$ is the di usion length, $l_{T}^{i} \quad \mathrm{~m}_{\mathrm{i}} \mathrm{j} \mathrm{c}=\mathrm{G}$ are the them al lengths, and $d \quad(d+d)=2, l_{r} \quad\left(l_{T}+l_{T}\right)=2$. These correspond to typical experim ental values $G \quad 100 \mathrm{~K}=\mathrm{cm}$, $\mathrm{V} \quad 1 \mathrm{~m}=\mathrm{s}$ for $\mathrm{CBr}_{4}-\mathrm{C}_{2} \mathrm{C} l_{6}$, an organic eutectic for which accurate experim ental data exist [1]ili]. We use $\mathrm{m}=\mathrm{m}, \mathrm{c}=\mathrm{c}$ (a symmetric phase diagram) or $\mathrm{m}=\mathrm{m}=2, \mathrm{c}=\mathrm{c}=\mathrm{d}=\mathrm{d}=2: 5$ (one close to $\mathrm{CBr} r_{4}-\mathrm{C}_{2} \mathrm{C} I_{6}$ ). In both cases $(z!+1)=0$ (eutectic com position). We test convergence to the thin-interface lim it $w$ th decreasing $W$ by conversely increasing $=W$ while kepping all the ratios above and $=\mathrm{m}$ in $x \in d$, where m in $/ \overline{\mathrm{d} l_{b}}$ is the m in im al underoooling spacing $\left.\overline{1} \overline{1} \bar{T}_{1}\right]$. $T$ his is achieved by varying the constant ~ in Eq. (12).
$F$ igure $\overline{1} 1 \mathbf{1} 1$ show $s$ the solid $\{$ liquid interfaces of a steadystate lam ellae pair calculated by di erent phase- eld m odels and the boundary integralm ethod (BI) $\overline{11} 2_{1}^{1}$ for m in . For the sym $m$ etric phase diagram $E$ ig. $\left.\underline{1}_{11}^{1}(a)\right]$, ourm odel (thin solid lines) agrees wellw ith the B I (thick solid line). M oreover, the curves at $=W=64,92$ and 128 are indistinguishable. This means that the results are independent of $=W$ for $=W \quad 64$, the signature of a quantitative m odel. In contrast, if we rem ove the antitrapping current in our model, $\mathcal{J}_{\mathrm{AT}}=0$, which leads to solute trapping and nite interface kinetics, the results depend on $=W$ for all the range from 32 (bottom dashed line) to 128 (top one). The convergence of $m$ odels not backed by a thin-interface analysis can even be slower, as shown by the dotted curves for a qualitative version of ourm odelw ith $h_{i}=g_{i}$ violating Eq. $(\overline{8} \mathbf{1})$ and $\mathcal{J}_{A T}=0$


FIG.1: Steady-state lam ellae pair pro les (dim ensionless undercooling vs. $x=$ ) for di erent m odels. Four curves at $=W=32,64,96$ and 128 shown per m odel; curves closer to the boundary integral: larger $=W .[=W=64\{128$ collapse for the present $m$ odelw ith antitrapping current in (a)]. P hase diagram used: (a) symmetric; (b) close to $C B r_{4}\left\{C_{2} C I_{6}\right.$. See param eters in the text. Inset: A veraged undercooling in (b) vs. $=W$, com pared to that $w$ ithout antitrapping current.
[18]; in this situation, several thin-interface corrections to the FBP occur sim ultaneously

Results are sim ilar for the phase diagram close to $\mathrm{CBr}_{4}-\mathrm{C}_{2} \mathrm{C} \mathrm{I}_{6} \mathbb{F}$ ig. ${ }_{1}^{11}(\mathrm{I}(\mathrm{b})]$. The convergence is som ew hat slower, since one of the lam ellae is thinner and needs to be properly resolved. Som e sm all deviation from the B I persists, probably due to the trijunction behavior (see below). In the inset, we plot the average undercooling vs. $=W$. This is a less stringent test, as show $n$ by the fact that results for ourm odel are converged already for $=W=32$. H ow ever, those for the $m$ odel $w$ ith $J_{A T}=0$ still depend on $=W$ at $=W=128$, which illustrates how all corrections need to be canceled before quantitative results can be achieved.

Next, we increase to $2: 2 \mathrm{~m}$ in, close above the threshold 2 m in $[12]$ for the bifurcation from steady lam ellae to oscillatory lim it cycles, a situation in which the oscillation am plitude is very sensitive to all param eters. Indeed, for the sym $m$ etric phase diagram and $=W=64$, the qualitative m odel of Ref . [1] $\left.\mathrm{I}_{1}^{1}\right]$ still $y$ ields lam ellae, whereas the present $m$ odel correctly produces cycles, which are shown in Fig.


F IG . 2: Lim it cycles. (a) Superim posed snapshots of the interfaces at constant tim e intervals for $=W=64$. Thicker lines: \{ interfaces. (b) Amplitude of the trijunction oscillation in units of vs. $=W$. The line is a $t$ that yields $A(=W!1)==0: 142$. (c) B low up of $6: 4 \mathrm{~W} \quad 6: 4 \mathrm{~W}$. Solid lines: trijunction passage; dashed line: later \{ interface.
am plitude of the trijunction oscillation $\mathrm{A}=$, de ned as its $m$ axim al displacem ent_in $x=$, strongly depends on
$=W$, as shown in $F$ ig. in (b). An extrapolation yields $A(=W \quad 1 \quad 1)=0: 142^{-}$, not far from the BI result $A=0: 139$, but the results are still not converged for
$=W=192$, in strong contrast to the steady-statebehavior. $T$ his suggests that som e correction (s) to the FBP in $W=$ rem ain in our model. Since solid $\{$ liquid interfaces are controlled, we tum to the the trijunctions.

The solid (dashed) lines in Fig. $\overline{1}$ (2) (c) show a rst (later) snapshot of the interfaces close to a tuming point of the trijunction tra jectory. In the later one the trijunction has m oved aw ay and only the \{ interface rem ains, which has slightly m oved sidew ays. In the one-sided FBP, (i) the \{ interface cannot $m$ ove, so it is the trace left by the trijunction, and (ii) its direction close to the trijunction approaches that of the trijunction velocity. In a di use-interface m odel, the di usivity behind the trijunction point $\mathrm{p}=\mathrm{p}=\mathrm{p}_{\mathrm{L}}=1=3$ falls to zero on the scale of $W$, so that (i) and (ii) do not hold. W e consistently observe the displacem ent to be a fraction of $W$ fairly independent of $=W$, and the whole trijunction to be slightly rotated $w$ ith respect to its velocity, features also observed for the steady state in $F$ ig. plains the rem aining $m$ ism atch betw een phase- eld and BI in $F$ ig. . 1

W e have presented a phase- eld m odel of two-phase solidi cation that coincides $w$ ith the best $m$ odels to date
 pletely controlled. T his has allow ed us to identify the role of di use trijunctions in the convergence of the results. U nderstanding their dynam ics is both a fundam ental issue and a prerequisite for a fully quantitativem odeling of multiphase solidi cation: First, a thin-interface analysis of the trijunction region in the phase- eld $m$ odel is lacking. Even so, our m odel is expected to be precise and
yield a substantial e ciency gain for sm all curvatures of trijunction trajectories, which $m$ akes it a prom ising tool for three-dim ensional sim ulations. Second, the free boundary problem to converge to should also be reconsidered. It was show $n$ elsew here that Young's condition on the angles betw een interfaces is violated out of equilibrium for kinetically lim ited grow th [1"d]; here, the global trijunction rotation was found to be fairly independent of the interface thickness, so that it $m$ ight persist for real nanom etric interfaces. These e ects should be further investigated, possibly by atom istic sim ulations.

W e thank S.A kam atsu and G.Faivre for discussions, A. K arm a for the B I code, and C entre $N$ ationald'E tudes Spatiales (France) for support. R.F.also acknow ledges a European C om m unity M arie C urie Fellow ship.

P resent address: U niversiteit Leiden, P ostbus 9506, 2300 RA Leiden, $T$ he $N$ etherlands.
[1] E. Ben Jacob and H. Levine, A dv. Phys. 49, 395 (2000); W . J. B oettinger et al. A cta M ater. 48, 42 (2000).
[2] W . K urz and D. J.F isher, Fundam entals of Solidi cation (T rans Tech, A ederm annsdorf, Sw itzerland, 1992).
[3] J. S. Langer, in D irections in C ondensed M atter, edited by G. G rinstein and G. M azenko (W orld Scienti c, Singapore, 1986), p. 164; J.B. C ollins and H.Levine, P hys. Rev. B 31, 6119 (1985); G. C aginalp and P.F ife, Phys. Rev. B 33, 7792 (1986).
[4] W. J. B oettinger, J.A.W arren, C. B eckerm ann and A. K arm a, A nnu. R ev. M ater. R es. 32, 163 (2002).
[5] L.Q. Chen, A nnu. R ev. M ater. Res. 32, 113 (2002).
[6] R . Foldh, J. C asadem unt, A . H emandez-M achado and L . Ram rez-P iscina, Phys.Rev.E 60, 1724 (1999); 60, 1734 (1999); T. B iben and C.M isbah, Eur. Phys. J. 29, 311 (2002); Phys. Rev.E 67, 031908 (2003).
[7] A. K arm a and W .J. R appel, P hys. R ev. E 53, R 3017 (1996); 57, 4323 (1998).
[8] R.F.A $m$ gren, SIAM J.Appl.M ath. 59, 2086 (1999).
[9] A. K arm a, Phys. R ev.Lett. 87, 115701 (2001); R .Folch, A. K arm a, M . P lapp and B.E chebarria (unpublished).
[10] J.B ragard, A .K arm a, Y .H .Lee, and M .P lapp, Interface Science 10, 121 (2002).
[11] For instance M. G inibre, S. A kam atsu, and G. Faivre, Phys. Rev.E 56, 780 (1997).
[12] A. K arm a and A. Sarkissian, M etall. Trans. A 27, 635 (1996);
[13] I. Steinbach et al, P hysica D 94, 135 (1996).
[14] K . R . E lder, F . D rolet, J. M . K osterlitz, and M . G rant, Phys. Rev. Lett. 72, 677 (1994); A. K arm a, Phys. R ev. E 49, 2245 (1994).
[15] A. A. W heeler, G . B . M cFadden, and W . J. B oettinger, Proc. R. Soc.London, Ser. A 452, 495 (1996).
[16] H . Garcke, B. Nestler, and B. Stoth, SIAM J. A ppl.M ath. 60, 295 (1999).
[17] K . A . Jackson and J.D . H unt, Trans. M etall. Soc. A IM E 236,1129 (1966).
[18] R . Folch and M . P lapp, icondm at/0206237 (2002).
[19] C. C aroli and C.M isbah, J̄. $\bar{P} \overline{h y} \bar{s} . \bar{I} 7, \overline{1} \overline{259}$ (1997).

